Effect of home bleaching agent on surface hardness of GICs

Evaluation of the effect of home bleaching agents on surface microhardness of different glass-ionomer cements containing hydroxyapatite

Farahnaz Sharafeddin 1, Mahsa Kowkabi 2, Soodabe Shoale 2

1 Professor of Dept. of Operative Dentistry, Biomaterial Research Center, School of Dentistry, Shiraz University of Medical Sciences, Shiraz, Iran
2 Postgraduate Student, Dept. of Operative Dentistry, School of Dentistry, Shiraz University of Medical Sciences, Shiraz, Iran

Correspondence:
Iran, Fars province, Shiraz
University of Medical Sciences
Faculty of Dentistry
Department of Operative Dentistry
PO box: 71345-1836
kowkabi@sums.ac.ir

Received: 11/03/2017
Accepted: 02/07/2017

Abstract
Background: Home bleaching agents may exert some negative effects on surface hardness of restorative materials such as glass-ionomer cements (GICs). Since some studies have shown that some components such as hydroxyapatite (HA), as a bioactive glass, can improve the mechanical properties of dental materials, the effect of bleaching agents on surface hardness of GICs containing hydroxyapatite is questionable. This study was designed to evaluate the effect of home bleaching agents on the surface hardness of two different commercially available GICs containing hydroxyapatite.

Material and Methods: 80 disk-shaped specimens were made from two different GICs, including resin modified glass-ionomer and Zirconomer. Each material was divided into four groups (n=10): 1. control, 2. 20 %wt. hydroxyapatite-containing, 3. bleached and 4. bleached 20 %wt. hydroxyapatite-containing. Group 1 and 2 specimens were stored in distilled water for 2 weeks while group 3 and 4 specimens were treated with 15% carbamide peroxide in that period. Surface hardness was tested with Vickers surface hardness tester. Data were analyzed with 3-way ANOVA and mean comparison done by post hoc Tukey tests (p<0.05).

Results: In general RMGI had a significantly highest Vickers surface hardness value among all groups. 15% carbamide peroxide reduced surface hardness compared to control groups (RMGI and Zr) significantly. In the HA-containing GICs groups, bleaching agent did not significantly changed the surface hardness value.

Conclusions: In this study we concluded that applied treatments (bleaching and adding HA) in implicit percentages reduced surface hardness of GICs. Also we suggest more studies in clinical conditions be done to verify these results.

Key words: Home bleaching, Resin Modified Glass-ionomer cement, surface hardness, Zirconia-reinforced glass ionomer, hydroxyapatite.
Introduction
Widespread use of bleaching agents for improving the aesthetic appearance of natural teeth began in 1990 after the introduction of home bleaching technique by Haywood and Heymann (1). As a result of the increasing demand for aesthetic procedures, many tooth-colored restorative materials have been introduced. One of these tooth-colored restorative materials is glass-ionomer cements (GICs) which have some advantages such as direct adhesion to the tooth structure (2), fluoride release (3), low microleakage and cytotoxicity (4); however, low strength and toughness are their disadvantages (5). Dental practitioners are seeking ways to overcome these disadvantages. Some researchers have recommend inserting components like hydroxyapatite (HA), glass and polyethylene fibers, and carbon and metal ingredients into glass-ionomer cements to overcome these drawbacks (6-8). HA is the main component of tooth and bone (9). The HA particles were added to glass-ionomer powder due to their biocompatibility and similar composition to apatite in human dental and skeletal systems (10). The results of studies on the effects of HA have been conflicting, with some studies showing that insertion of hydroxyapatite ingredients into tooth-colored dental materials lead to the improvement of some mechanical properties such as surface hardness (11,12) but some other studies have reported that adding bioactive HA to glass-ionomer cement compromises its properties (13). In addition, there is some controversy over results of researches designed to investigate the influence of bleaching agents on surface microhardness of restorative materials. The results have shown increase (14-16), decrease (17,18) and no change (19) in surface hardness. Considering the inconsistency in these outcomes and according to our knowledge; lack of any report on the effect of home bleaching agents on surface hardness of different kind of GICs mixed with HA, the aim of this study was to evaluate the effect of 15% carbamide peroxide gel on the surface hardness of two types of commercial GICs containing 20 %wt. of HA.

Material and Methods
In this experimental study two different GICs were used: resin-modified glass-ionomer (RMGI) (GC, Gold label, Japan) and Zirconomer (Zr) (Shofu INC, Japan). The specimens of each material were divided into 4 groups (n=10): control group, 20 %wt. hydroxyapatite-containing group (HAC), bleached group and bleached 20 %wt. hydroxyapatite-containing group (BHAC). Table 1 presents the details of restorative materials, their compositions and manufacturers. Bleached group specimens were treated with 15% carbamide peroxide home bleaching agent (Opalescence, Ultradent, South Jordan, USA) for 5 hours a day in a period of 14 days while the specimens in the control groups and HA-containing groups were stored in distilled water for 14 days at room temperature.

Specimen preparation
A disk-shaped plastic mold, 6 mm in diameter and 2 mm in height, was prepared to fabricate the specimens. RMGI powder was mixed with its liquid according to the manufacturer’s proportional recommendation (a powder/liquid ratio of 3.2:1 gr) on a mixing pad with a plastic spatula; then the plastic molds were filled as discussed above and then left undisturbed for 3 minutes.

In order to prepare Zirconomer disks the powder and liquid were mixed at a ratio of 8.0:1.0 g for 30 seconds and plastic molds were filled as discussed above and then left undisturbed for 3 minutes.

| Material                      | Composition                                                                 | Manufacturer                  |
|-------------------------------|-----------------------------------------------------------------------------|--------------------------------|
| GC gold label light-cured universal restorative | Distilled water, Polyacrylic acid 2-Hydroxyethylmethacrylate, Urethanedimethacrylate, Camphorquinone, (Fluoro) Alumino silicate glass | GC corporation, Japan          |
| Zirconia reinforced glass-ionomer | Fluoroaluminosilicate glass, zirconium oxide, tartaric acid, pigments, polycrylic acid solution | Shofu INC, Japan               |
| Hydroxyapatite                | Calcium phosphate hydroxide, Durapatite, Hydroxyapatite                      | Sigma-Aldrich, Germany         |
| Home bleaching gel (15% carbamide peroxide) | Glycerin, water, carbamide peroxide, xylitol, carbomer, PEG-300, sodium hydroxide, EDTA, potassium nitrate, sodium fluoride | Ultradent product INC, USA      |

*According to manufacturer.
To prepare 20% wt. HA-containing GICs, micro-hydroxyapatite powder (Sigma Aldrich, Germany) was added to Zr and RMGI powder at a ratio of 20:80 by weight (22). Before each specimen preparation, accurate powder ratios of HA/RMGI and HA/Zr were measured by a digital weighing machine (A&D, Japan, 0.0001 accuracy) and then mixed in an amalgamator (Faghihi, FD-4300, Iran) for 20 seconds to produce a homogenous powder. The liquids of RMGI (Fuji II LC) and Zr (Shofu) were used for preparing HA-containing GICs without any modification. HA-containing RMGI disks were light-cured in the same manner as RMGI specimens and the process was carried out as previously discussed.

Following removal of mylar strips both sides of all the specimens were coated with varnish (Kimia, Iran). Then the specimens were stored in distilled water at room temperature for 24 hours. Subsequently, the specimens were polished with the use of a low-speed handpiece with three different disks: medium for finishing, fine for polishing and superfine for super-polishing (Super Snap, Rainbow Technique Kit, Shofu, Japan). In order to minimize inter-operator errors one operator polished all the specimens in one direction with 20 strokes per disk. Finally, the polished disks were cleaned under running distilled water for 1 minute to remove any debris.

In bleached groups 15% carbamide peroxide was applied on the top surface of each specimen with a microbrush and left at room temperature for 5 hours a day for 14 days according to manufacturer’s instructions. After each application of bleaching agent, the specimens were rinsed for 1 minute under running distilled water and then stored again in distilled water at room temperature until the next application. The distilled water used for storage was renewed every day.

Surface microhardness testing
To measure surface microhardness (VHN), each sample’s top surface was indented at 3 points by a microhardness testing machine (SCTMC, 1000 Z, China) by using a 300-gr load with a dwell time of 15 seconds. Each indentation point was at least 1 mm away from each other or disk border. Then mean of these 3 points was calculated and reported as the surface hardness of each sample.

Statistical analysis
Statistical analysis of data was performed using SPSS 18.0 (SPSS Inc., Chicago, IL, USA). Three-way ANOVA was used to assess interaction effects. Tukey HSD test was applied to compare the means at a significance level of $p<0.05$.

Results
Table 2 presents mean Vickers surface hardness values and standard deviations of tested restorative materials after treatments (bleaching and adding HA). There were significant interactions between GIs and bleaching ($F=6.491, P=0.013$), between GIs and hydroxyapatite ($F=45.837, P<0.001$) and between hydroxyapatite and bleaching ($F=113.143, P<0.001$).

In this study RMGI had the hardest surface among all the groups. For each material, the control group was significantly harder than the other three groups. With the use of both materials the bleached groups exhibited lower surface hardness than respective non-bleached groups except for the HA-containing RMGI. HA-containing groups exhibited a significant decrease in surface hardness compared to their respective groups with no HA in both tested materials; this reduction was not significant for Zr in the BHAC group compared to its Bleach group ($P=1.000$). The sequence of surface hardness by Zirconomer for treatment groups was as follow: HAC>Bleach >BHAC, but statistical analysis did not reveal any significant difference between them. With regard to RMGI the least value was observed in the HAC and BHAC groups; but the mean surface hardness values was not significantly different ($P=1.000$). According to the Tukey test for Zirconomer in the Bleach group the surface microhardness decreased more in comparison to the HAC group although the difference was not significant ($P=0.379$). In contrast, more reduction was observed in the HAC group compared to the Bleach group for RMGI and the difference was significant ($P<0.001$).

Discussion
In the present study RMGI was harder than Zr, consistent with the results of a study by Li (23), who showed that RMGI had a higher VHN than conventional GICs but in contrast with the results reported by Xie (24), who measured the Knoop hardness number instead of VHN and showed that conventional glass-ionomers were harder than RMGIs after 7 days of storage in distilled water. The lower surface hardness of Zirconomer-reinforced glass-ionomer might be explained by heterogeneous phases in this cement but SEM photomicrographs are

| Table 2: Mean surface microhardness value (VHN) and standard deviations (khf/mm²) in each subgroup. |
|----------------------------------------------------------|
| **RMGI** | | | | |
| control | Bleach | HAC | BHAC |
| 67.185±2.08a | 52.98±1.35b | 44.11±2.63c | 45.27±3.20c |
| **Zirconomer** | | | | |
| control | Bleach | HAC | BHAC |
| 54.36±4.37b | 38.3±2.16d | 41.6±3.03cde | 37.96±3.39de |

In each rows; within same materials, values with same lowercase letter were not significant statistically ($p<0.05$).
needed for better explanation of the relationship between VHN value and GICs structure.

In this survey we used 15% CP for 5 hours a day for 2 weeks. Based on the results of this study, home bleaching agents decreased surface microhardness of GICs except for HA-containing RMGI whose surface hardness increased but it was not significant ($P=1.000$). The results on the effect of bleaching agent on GIs surface hardness are in agreement with the findings of Malektaher, who showed that surface hardness of RMGI decreased after application of 15% CP (17). In addition, Hao et al. reported that surface hardness of conventional GI decreased after the use of 10% CP (18). However, in another study by Hao conflicting results was shown; 15% CP increased surface microhardness of GI cement (16). Some other studies have shown no significant changes in surface microhardness values of glass-ionomer cements (19). These variations can be explained by different brands of GIs used in each study, different percentages of CP applied and differences in experimental methodologies (16). The mechanism of surface softening due to bleaching agents are not still recognized exactly but we know CP degrades into hydrogen peroxide (HP) (1/3) and urea (2/3) (16); HP breaks down into perhydroxyl free radical, which has an oxidizing potential and extensive diffusion ability. Peroxide induces oxidative cleavage of polymer chains and free radicals affect pigment macromolecules as well as resin-filler interface, resulting in debonding. As long as unreacted double bonds are assumed to be most vulnerable parts of the polymer, a reduction in surface microhardness due to polymer chain cleavage and organic matrix erosion is the result (14,25).

In this study we selected micro-HA since Raul et al. reached this idea that when microscopic instead of nanoscopic HA was used as reinforcing filler, mechanical properties such as surface hardness were more favorable (11). We observed a significant reduction in material surface hardness, especially in RMGI after adding 20%wt. of HA (Fig. 1). Gu et al. (12) showed that a composition of 4 an 12%vol. of hydroxyapatite/zirconium oxide and GICs (HA/ZrO2/GICs) yielded superior mechanical properties compared to the original GICs. In addition,

![Fig. 1: The effect of adding 20% wt. hydroxyapatite (HA) on surface hardness of GICs.](image)

they concluded that mechanical properties of HA/ZrO2/GICs were much better than those of HA/GICs. When the amount of HA increased to 28 and 40%vol. in that study, there was a decrease in surface microhardness. Goenka observed that mean surface hardness value of GIC decreased when the amount of crystalline calcium-deficient hydroxyapatite (CDHA) increased from 5 to 15%wt. (13). Our results were consistent with some studies that reported adding bioactive glass into GIC powder decreased surface hardness of materials (20,26) but in another study it was indicated that adding nano-HA into conventional glass-ionomer cement promoted mechanical properties (7). Also another study showed that incorporation of 50 to 60%wt. of HA into the visible-light-cured composite resin can increase surface hardness (11). These inconsistencies in the results of different studies might be attributed to differences in restorative materials used, the percentages and sizes of HA particles and whether HA was added as weight percentage or volume percentage. One reason for the decrease in VHN value when HA was added to RMGI and Zr, might be due to the decrease in the density of set cement after adding HA which contains calcium ions. These ions are more reactive than aluminum cations with carboxylic acid groups in polyacrylic acid, resulting in less crosslinking between aluminum and carboxylate, weakening the structure (27). When samples are subjected to Vickers surface hardness testing machine after 14 days of immersion in water, HA particles can be dissolved gradually, leading to HA/glass-ionomer degradation and formation of voids, negatively affecting the surface hardness of materials. Furthermore, HA/ZrO2 particle sizes are smaller than those of the glass powder and the surface area is much larger compared to glass; therefore, a greater amount of liquid is necessary for interaction. Since we exactly follow the manufacturer’s instructions and do not change anything, the liquid might be insufficient for dissolving HA/ZrO2 powder completely and the reaction between the powder and liquid would be incomplete. All these processes can compromise the mechanical strength and surface hardness of materials (12).

One explanation for the finding that showed adding HA and applying a bleaching agent decreased VHN value in Zr slightly less than that in RMGI (Fig. 2) might be due to the fact that combining ZrO2 with small particle size and glass with large particle size results in wide distribution of particles, leading to high packing density of this cement. In addition, Zr does not dissolve in water by increasing the soaking time. The maturation of RMGI is time-dependent and we applied bleaching only 24 hours after mixing the powder and liquid; therefore, the bleaching agent was used during its maturation. The immature structure is probably more susceptible to degradation, unlike Zr which is resistant to dissolution as soon as it sets completely (12). Therefore, these phe-
nominal hardness values. It seems that adding HA is the main factor responsible for the negative effect of bleaching. This result can be due to the fact that HA is a basic material and as HP is degraded into HP which is an acidic agent, HA can practically neutralize HP and reduce its amount to degrade resin–filler bonds and its infiltration into GIs. This is justifiable by the results of Mena-Seranno who reported that calcium-containing bleaching gel diffuses lower amounts of HP to travel to the pulp chamber compared to the calcium-free bleaching agent due to the reaction of HP surplus with calcium gluconate in its composition and formation of calcium hydroxide, reducing further surplus of HP (28).

According to Table 2, comparison of the data of samples receiving both HA and the bleaching agent with those of samples containing HA only for each material showed no significant differences in surface hardness values. It seems that adding HA is the main factor responsible for a decrease in surface hardness of HA-containing GICs exposed to the bleaching agent. The possible reason for this phenomenon can be related to the mechanism of HA in decreasing surface hardness, explained previously. Therefore, the materials were influenced by HA, resulting in a decrease in surface hardness. When the bleaching agent was applied, it is possible that HA neutralizes the acidity of HP derived from CP by its alkalinizing potential; therefore, bleaching couldn’t decrease surface hardness more significantly in HA-containing materials. In vitro studies have some limitations; they cannot simulate clinical conditions properly. In this study, the bleaching agent and materials were not in contact with saliva and debris that can buffer the bleaching agent. Further studies are needed to simulate the oral cavity conditions and different percentages of HA that might change the results. According to the results of this study, it seems that Zr and RMGI might need to be replaced after the bleaching procedure. It should be pointed out that surface hardness is only one of the main factors in evaluation of restorative materials so further studies are necessary to evaluate other mechanical properties.

References
1. Haywood VB, Heymann HO. Nightguard vital bleaching. Quintessence international (Berlin, Germany : 1985). 1989;20:173-6.
2. Sidhu SK. Glass-ionomer cement restorative materials: a sticky subject? Australian dental journal. 2011;56 Suppl 1:23-30.
3. Sharafeddin F, Moradian M, Motamed M. Evaluation of Shear Bond Strength of Methacrylate- and Silanone-based Composite Resin Bonded to Resin-Modified Glass-ionomer Containing Micro- and Nano-hydroxyapatite. Journal of dentistry (Shiraz, Iran). 2016;17:142-8.
4. Wiegand A, Buchalla W, Attin T. Review on fluoride-releasing restorative materials—fluoride release and uptake characteristics, antibacterial activity and influence on caries formation. Dental materials : official publication of the Academy of Dental Materials. 2007;23:343-62.
5. Mickenautsch S, Mount G, Yengopal V. Therapeutic effect of glass-ionomers: an overview of evidence. Australian dental journal. 2011;56:10-5; quiz 103.
6. Kawano F, Kon M, Kobayashi M, Miyaki K. Reinforcement effect of short glass fibers with CaO-P2O5-SiO2 glass on strength of glass-ionomer cement. Journal of dentistry. 2001;29:377-80.
7. Moshaverinia A, Ansari S, Moshaverinia M, Roohpour N, Darr JA, Rehman I. Effects of incorporation of hydroxyapatite and fluorooapatite nano-bioceramics into conventional glass ionomer cements (GIC). Acta biomaterialia. 2008;4:432-40.
8. Sharafeddin F, Tondari A, Alavi A. The Effect of Adding Glass and Polyethylene Fibers on Flexural Strength of Three Types of Glass-Ionomer Cements. Res J of Biologic Scien. 2013;8:66-70.
9. Lee JJ, Lee YK, Choi BJ, Lee JH, Choi HJ, Son HK, et al. Physical properties of resin-reinforced glass ionomer cement modified with micro and nano-hydroxyapatite. Journal of nanoscience and nanotechnology. 2010;10:5270-6.
10. Peitl O, Zanotto ED, Serbera FC, Hench LL. Compositional and microstructural design of highly bioactive P 2 O 5–Na 2 O–CaO–SiO 2 glass-ceramics. Acta biomaterialia. 2012;8:321-32.
11. Arcis RW, Lopez-Macipe A, Toledano M, Osorio E, Rodriguez-Clemente R, Murtra J, et al. Mechanical properties of visible light-cured resins reinforced with hydroxyapatite for dental restoration. Dental materials : official publication of the Academy of Dental Materials. 2002;18:49-57.
12. Gu YW, Yap AU, Cheang P, Khor KA. Effects of incorporation of HA/ZrO2 into glass ionomer cement (GIC). Biomaterials. 2005;26:713-20.
13. Goenka S, Balu R, Sampath Kumar TS. Effects of nanocrystalline calcium deficient hydroxyapatite incorporation in glass ionomer cements. Journal of the mechanical behavior of biomedical materials. 2012;7:69-76.
14. Alaghahmand H, Esmaeili B, Sheibani SA. Effect of fluoride-free and fluoridated carbamide peroxide gels on the hardness and surface roughness of aesthetic restorative materials. Indian journal of dental research : official publication of Indian Society for Dental Research. 2013;24:478-83.
15. Sharafeddin F, Jamalipour G. Effects of 35% carbamide peroxide gel on surface roughness and hardness of composite resins. Journal of dentistry (Tehran, Iran). 2010;7:6-12.
16. Yu H, Li Q, Hussain M, Wang Y. Effects of bleaching gels on the surface microhardness of tooth-colored restorative materials in situ. Journal of dentistry. 2008;36:261-7.
17. Taher NM. The effect of bleaching agents on the surface hardness of tooth colored restorative materials. The journal of contemporary dental practice. 2005;6:18-26.
18. Yu H, Li Q, Cheng H, Wang Y. The effects of temperature and
bleaching gels on the properties of tooth-colored restorative materials. J Prosthet Dent. 2011;105:100-7.
19. Mujdeci A, Gokay O. Effect of bleaching agents on the microhardness of tooth-colored restorative materials. The Journal of prosthetic dentistry. 2006;95:286-9.
20. Yli-Urpo H, Lassila LV, Narhi T, Vallittu PK. Compressive strength and surface characterization of glass ionomer cements modified by particles of bioactive glass. Dental materials : official publication of the Academy of Dental Materials. 2005;21:201-9.
21. Zuryati AG, Qian OQ, Dasmawati M. Effects of home bleaching on surface hardness and surface roughness of an experimental nanocomposite. Journal of conservative dentistry : JCD. 2013;16:356-61.
22. Mohammeed M, Mohammed R. Assessment of diametral tensile strength and microhardness of glass ionomer cement reinforced by different amount of hydroxyapatite. J Bagh College of Dentistry. 2006;18:17-20.
23. Li J, von Beetzen M, Sundstrom F. Strength and setting behavior of resin-modified glass ionomer cements. Acta odontologica Scandinavica. 1995;53:311-7.
24. Xie D, Brantley WA, Culbertson BM, Wang G. Mechanical properties and microstructures of glass-ionomer cements. Dental materials : official publication of the Academy of Dental Materials. 2000;16:129-38.
25. Hannig C, Duong S, Becker K, Brunner E, Kahler E, Attin T. Effect of bleaching on subsurface micro-hardness of composite and a polyacid modified composite. Dental Materials. 2007;23:198-203.
26. Prabhukar AR, Paul MJ, Basappa N. Comparative Evaluation of the Remineralizing Effects and Surface Micro hardness of Glass Ionomer Cements Containing Bioactive Glass (S53P4): An in vitro Study. International journal of clinical pediatric dentistry. 2010;3:69-77.
27. Ana ID, Matsuya S, Ohta M, Ishikawa K. Effects of added bioactive glass on the setting and mechanical properties of resin-modified glass ionomer cement. Biomaterials. 2003;24:3061-7.
28. Mena-Serrano AP, Parreiras SO, do Nascimento EM, Borges CP, Berger SB, Loguercio AD, et al. Effects of the concentration and composition of in-office bleaching gels on hydrogen peroxide penetration into the pulp chamber. Operative dentistry. 2015;40:E76-82.

Acknowledgements
The authors would like to thank Vice Chancellery of Shiraz University of Medical Sciences for financial support of the research (Grant #93-01-76-8427). The authors also thank Mrs. Bagheri of Biomaterial Research Center of Shiraz University of Medical Sciences for testing the specimens, Dr. Vosoughi for statistical analysis and Dr. Boostani for intellectual and technical assistance.

Conflict of Interest
The authors declare they have no conflicts of interest.